Work functions for models of scandate surfaces

Wolfgang Müller

Research 2000, Inc., 30047 Persimmon Drive, Westlake, OH 44145, USA

Received 1 July 1996; accepted 13 July 1996
Work functions for models of scandate surfaces

Wolfgang Müller *

Research 2000, Inc., 30047 Persimmon Drive, Westlake, OH 44145, USA

Received 1 July 1996; accepted 13 July 1996

Abstract

The electronic structure, surface dipole properties, and work functions of scandate surfaces have been investigated using the fully relativistic scattered-wave cluster approach. Three different types of model surfaces are considered: (i) a monolayer of Ba–Sc–O on W(100), (ii) Ba or BaO adsorbed on Sc₂O₃ + W, and (iii) BaO on Sc₂O₃ + WO₃. Changes in the work function due to Ba or BaO adsorption on the different surfaces are calculated by employing the depolarization model of interacting surface dipoles. The largest work function change and the lowest work function of 1.54 eV are obtained for Ba adsorbed on the Sc–O monolayer on W(100). The adsorption of Ba on Sc₂O₃ + W does not lead to a low work function, but the adsorption of BaO results in a work function of about 1.6–1.9 eV. BaO adsorbed on Sc₂O₃ + WO₃, or scandium tungstates, may also lead to low work functions.

1. Introduction

Several different models have been suggested for the surface structure and improved emission of scandate cathodes. Many researchers believe that a Ba–Sc–O surface layer forms when tungsten is mixed with either scandium oxide or scandium tungstate and the cathode is activated with the impregnant. In the 'top layer' cathode of Hasker et al. [1] the emission is believed to come from a Ba–Sc–O complex that forms at the Sc₂O₃ + W surface. Deckers et al. [2] found that W and Sc are strongly bound together and that Ba and O adsorb preferentially at these sites. Yamamoto [3] observed that a partial oxidation of the Sc₂O₃ + W substrate is beneficial, and he replaced the scandia by a scandium tungstate, Sc₂W₄O₁₂. With this configuration, less activation time was required and more consistent emission properties were obtained. During activation, he proposed that the scandium tungstate reacts with free Ba to produce free Sc, which is then available to form a Ba–Sc–O monolayer at the surface. Forman and Lesny [4] suggested that scandate cathodes operate more like oxide cathodes, rather than like activated metal surfaces in dispenser cathodes. They proposed that BaO on Sc₂O₃ is responsible for the improved emission and that W merely provides a conducting path for the electrons.

In this paper, models for some of the above surface structures are investigated with methods of computational quantum chemistry. Surface dipole properties are calculated and work function curves are then derived for different systems. This approach has provided excellent results for dispenser cathodes, and a mechanism has been suggested for the improved emission from M-type (tungsten-alloy) versus B-type (tungsten) cathodes [5]. The improved emission was attributed to the smaller depolarization of...
the surface dipole and the resulting larger work function change and lower final work function for the hexagonal alloy substrates relative to the cubic tungsten substrates.

2. Computational method

The electronic structure and charge distribution at the surface of different models for scandate cathodes has been investigated using the fully relativistic scattered-wave cluster approach, which has been described previously [6]. By use of cluster calculations, surface dipole moments can be obtained for low and high coverage conditions. The depolarization of the dipoles at higher coverage is used to calculate the polarizability of the dipole network. The initial surface dipole and the polarizability are then utilized to determine entire work-function/coverage curves.

The calculated change in the surface dipole \( \Delta \mu \) due to adsorbate interactions,

\[ \Delta \mu = \mu_0(\text{initial}) - \mu_f(\text{final, per adsorbate}), \]

is related to the polarizability \( \alpha \) by

\[ \Delta \mu = \frac{\alpha \mu_0}{j} \sum R_i^{-3}. \]

Here \( j \) is the number of interacting dipoles, and the sum runs over distances \( R_i \) from all dipoles to all other dipoles. \( R_i \) is defined as \((r_1^2 + r_2^2)^{1/2}\), where \( r_1 \) is the separation between the dipoles and \( r_2 \) is one half of the dipole length of the initial surface dipole, or \( \mu_0/2 q_0 \), with \( q_0 \) being the initial net charge on Ba.

For a centered square network of 5 interacting dipoles, which is used for the present investigation, \( \alpha \) is obtained as

\[ \alpha = \frac{5 \Delta \mu}{8 \mu_0} \frac{R_i^3 + R_i^3}{R_i^3 + R_1^3}. \]

\( R_i \) is related to the longer separation \( r_1 \) between the dipoles on the square network and \( R_1 \) is related to the shorter separation \( r_2 \) with respect to the dipole at the center.

Theoretical work-function curves \( \phi(n) \) are derived from the depolarization model according to [7]

\[ \phi(n) = \phi_0 - \Delta \phi = \phi_0 - 1.88 e \mu_0 n/(1 + c \alpha n^{3/2}), \]

where \( n \) is the adsorbate coverage (in \( 10^{15} \) atoms/cm\(^2\)), \( \phi_0 \) the initial work function, \( e \) the electronic charge, \( \mu_0 \) the initial surface dipole, and \( \alpha \) the polarizability. The constant \( c \) is dependant on the geometry of the dipole network and the cluster type, and is adjusted for one reference system. A value of \( c = 45 \) is used for the present calculations.

3. Scandate surface models

The scandate surface has been modeled with Ba or BaO adsorbed on Sc, O, and W. Three different types of surfaces have been investigated: (i) a monolayer of Ba–Sc–O on W(100), (ii) Ba or BaO adsorbed on Sc\(_2\)O\(_3\) + W, and (iii) BaO adsorbed on Sc\(_2\)O\(_3\) + WO\(_3\).

For the monolayer of Ba, Sc, and O on W(100), the tungsten substrate is represented by a W\(_{25}\) cluster with 16 (4 × 4) surface W atoms and 9 (3 × 3) subsurface W atoms. Four Sc atoms and five O atoms are adsorbed at alternate fourfold-hollow sites on W\(_{25}\), and Ba is adsorbed on top of O. One or five Ba atoms are used for modeling low and high coverage conditions, respectively. The surface structure of the resulting Ba\(_{1,5}\)/Sc\(_2\)O\(_3\)/W\(_{25}\) cluster is shown in Fig. 1. The heights of the atoms above the W(100) surface are: 1.5 \( a_0 \) for O, 3.25 \( a_0 \) for Sc, and 6.5 \( a_0 \) for Ba (1 \( a_0 \) = 0.5292 Å).

Ba or BaO adsorbed on a mixed scandia-tungsten surface is modeled by using a Sc\(_2\)W\(_3\)O\(_{11}\) = (Sc\(_2\)O\(_3\))\(_2\)WO\(_3\) substrate cluster. For this surface the general structure of the W\(_{25}\) cluster is maintained.

![Cluster model for Sc–O monolayer on W(100). Ba is adsorbed on top of O.](image-url)
The 16-atom surface layer is composed of 4 Sc atoms at the center, 4 W atoms at its corners, and 8 O atoms at the remaining sites. The 9-atom subsurface layer consists of 1 O atom at its center, 4 Sc atoms as its nearest neighbors, and 4 O atoms as next nearest neighbors. For adsorbed Ba and O, heights of 6.0 \( a_0 \) and 1.5 \( a_0 \) are used, respectively, and for Ba alone a height of 4.0 \( a_0 \) is used.

In order to study the effect of additional oxidation, a Sc\(_4\)W\(_4\)O\(_{21}\) = (Sc\(_2\)O\(_3\))\(_4\)(WO\(_3\))\(_3\)W scandium tungstate cluster is investigated. Here 8 Sc atoms occupy the center and the corners of the surface layer, and 8 O atoms the remaining sites. The subsurface layer contains 1 O atom at its center, 4 W atoms as nearest neighbors, and 2 O atoms in each diagonal direction. Four additional O atoms are adsorbed above the subsurface W atoms, and BaO is adsorbed at the remaining sites. Ba and O heights above the surface of 6.0 \( a_0 \) and 1.5 \( a_0 \) are used, respectively.

The above clusters have been chosen because their composition is reasonably close to actual materials that are good candidates for scandate cathode surfaces. The Ba–Sc–O monolayer has a Ba:Sc composition similar to that in the Ba\(_2\)Sc\(_4\)O\(_8\) barium scandate, which was used as an impregnant in early scandate cathodes [8]. The Sc:W ratio of 2:1 in the Sc\(_2\)W\(_3\)O\(_8\) substrate cluster is the same as in the Ba\(_2\)Sc\(_4\)W\(_3\)O\(_8\) barium scandium tungstate, which may form by a solid state reaction during activation. And lastly, the composition in the Sc\(_4\)W\(_4\)O\(_{21}\) cluster of Sc:W:O = 2:1:10.5 is comparable to that in the Sc\(_2\)W\(_3\)O\(_8\) scandium tungstate employed by Yamamoto [3].

### 4. Results and discussion

The calculated surface dipole properties and work-function data are presented in Table 1. Results are given with and without consideration of the reference dipoles for the clusters before Ba or BaO adsorption. The calculations with consideration of the reference dipole are considered more accurate, unless the correction is so large that it causes the calculated depolarization to become numerically unreliable.

The value for the initial work function of Sc–O/W(100), \( \phi_0 = 2.9 \) eV, is taken from Kultashev et al. [9]. For the calculations representing the Sc\(_2\)O\(_3\) + W surface the same value is used, and for the scandium tungstate a slightly smaller value of 2.8 eV is employed. The latter is taken from a report by Hill and Magnus [10] who measured this effective work function for the Sc\(_2\)W\(_3\)O\(_8\) scandium tungstate, while those for Sc\(_3\)WO\(_4\) and mixtures of scandium tungstates with 10% W were found to be about 0.3 eV lower.

For the Ba–Sc–O monolayer on W(100), a work-function change of \(-1.2\) to \(-1.4\) eV is obtained which leads to a minimum work function of 1.54 eV (with consideration of \( \mu_{\text{ref}} \)). This is in excellent agreement with experimental values for scandate cathodes, which range from 1.5 to 1.6 eV.

The calculated Ba coverage at the work function minimum (\( n_{\text{min}} \)), however, is quite small. If such a low work function is actually obtained at these coverages is unknown, but this result is consistent with theoretical data for other systems where Ba is adsorbed on top of O, and it would be beneficial for

### Table 1

Calculated initial and final surface dipoles \( \mu_{\text{ref}} \) (D), net initial charges \( q_{\text{Ba}} \) (e) on Ba, polarizabilities \( \alpha \) (\( \AA^2 \)), work function \( \phi \) data (eV), and optimum coverages \( n_{\text{min}} \) (10\(^{15}\) atoms/cm\(^2\))

<table>
<thead>
<tr>
<th>System</th>
<th>( \mu_{\text{ref}} )</th>
<th>( \mu_{\text{r}} )</th>
<th>( q_{\text{Ba}} )</th>
<th>( \alpha )</th>
<th>( \phi_0 )</th>
<th>( \Delta \phi )</th>
<th>( \phi_{\text{min}} )</th>
<th>( n_{\text{min}} )</th>
</tr>
</thead>
<tbody>
<tr>
<td>Ba(_{1.5})/Sc(_4)O(_3)/W(_2)(<em>5) with ( \mu</em>{\text{ref}} )</td>
<td>20.5</td>
<td>16.5</td>
<td>+1.65</td>
<td>1.5</td>
<td>2.90</td>
<td>-1.23</td>
<td>1.67</td>
<td>0.10</td>
</tr>
<tr>
<td>Ba(_{1.5})/Sc(_2)W(_3)O(_4)(<em>3) with ( \mu</em>{\text{ref}} )</td>
<td>11.4</td>
<td>9.9</td>
<td>+0.80</td>
<td>4.0</td>
<td>2.9</td>
<td>-0.36</td>
<td>1.54</td>
<td>0.11</td>
</tr>
<tr>
<td>(BaO)(_{1.5})/Sc(_2)W(_3)O(_4)(<em>3) with ( \mu</em>{\text{ref}} )</td>
<td>6.8</td>
<td>5.0</td>
<td>+0.80</td>
<td>1.7</td>
<td>2.9</td>
<td>-0.38</td>
<td>2.5</td>
<td>0.05</td>
</tr>
<tr>
<td>(BaO)(_{1.5})/Sc(_2)W(_3)O(_4)(<em>3) with ( \mu</em>{\text{ref}} )</td>
<td>24.4</td>
<td>17.7</td>
<td>+1.39</td>
<td>2.8</td>
<td>2.9</td>
<td>-0.97</td>
<td>1.9</td>
<td>0.06</td>
</tr>
<tr>
<td>(BaO)(_{1.5})/Sc(_2)W(_3)O(_4)(<em>3) with ( \mu</em>{\text{ref}} )</td>
<td>19.9</td>
<td>16.8</td>
<td>+1.39</td>
<td>1.3</td>
<td>2.9</td>
<td>-1.31</td>
<td>1.6</td>
<td>0.11</td>
</tr>
</tbody>
</table>

\( \mu_{\text{ref}} \) are calculated without consideration of the reference dipoles, \( \mu_{\text{r}} \) are calculated with consideration of the reference dipoles.
cathode operation and life because a low work function could be maintained with small Ba coverages.

When yttrium is substituted for scandium in the Ba–Sc–O overlayer, very similar results are obtained for the surface dipole properties and resulting work functions. No definitive conclusion could be drawn, however, on a possible improvement due to this substitution, because \( \phi_m \) for the Ba–Y–O overlayer as compared to the Sc system is somewhat higher (1.78 eV) without \( \mu_{\text{rel}} \), but lower (1.43 eV) with consideration of \( \mu_{\text{rel}} \). For the substrate cluster representing an approximate 1:1 mixture of Sc$_2$O$_3$ and W, Sc$_5$W$_4$O$_{11}$, Ba adsorption gives rise to only a modest work-function change (−0.4 eV), while BaO adsorption gives rise to a much larger change (−1.0 to −1.3 eV). Based on a \( \phi_0 \) of 2.9 eV, the adsorption of BaO leads therefore to minimum work functions of 1.9 and 1.6 eV, without and with consideration of \( \mu_{\text{rel}} \), respectively. The latter value is in agreement with the good results that are obtained with mixed scandia–tungsten matrices.

When the substrate is further oxidized, Sc$_2$O$_3$ + W is transformed into Sc$_2$O$_3$ + WO$_3$, or scandium tungstate. Such a surface is represented by a Sc$_2$W$_4$O$_{11}$ = (Sc$_2$O$_3$)$_2$(WO$_3$)$_3$W cluster. (The data given in Table I are those without consideration of the reference dipole because the inclusion of the large \( \mu_{\text{rel}} = 8.4 \text{ D} \) for this cluster makes the depolarization unreliable.) Based on the quoted value of \( \phi_0 = 2.8 \text{ eV} \), BaO adsorption leads to a calculated work function change of −0.9 eV and a minimum work function of 1.9 eV. It is interesting to note that almost identical results have been obtained experimentally by Hill and Magnus [10] for the comparable Sc$_2$W$_4$O$_{11}$ scandium tungstate. The calculated work function curve is shown in Fig. 2 together with the results for the other scandate model surfaces. Because the Sc$_2$W$_4$O$_{11}$ cluster contains some additional W, it would also be reasonable to use a \( \phi_0 \) of 2.5 eV which was measured for mixed scandium tungstate + tungsten surfaces [10]. With this \( \phi_0 \) a minimum work function of 1.6 eV would be obtained, which is very similar to the result for BaO on Sc$_2$O$_3$ + W.

5. Summary and conclusions

Among the three types of model surfaces that have been considered for scandate cathodes, the monolayer of Ba–Sc–O on W(100) produces the lowest work function. The calculated values of 1.5–1.7 eV are in excellent agreement with experimental results for scandate cathodes. The adsorption of Ba on Sc$_2$O$_3$ + W does not produce a significant work-function change, but the adsorption of BaO on Sc$_2$O$_3$ + W leads to a work function of about 1.6–1.9 eV. It is therefore mandatory that Ba is directly bound to O, and Ba is possibly positioned directly above O. The result for BaO on Sc$_2$O$_3$ + W is in agreement with the high emission observed from cathodes with scandia–tungsten matrices. The adsorption of BaO on Sc$_2$O$_3$ + WO$_3$ is likely to also produce low work functions.

The investigation of scandate cathode models points at this stage to the Ba–Sc–O monolayer on W as a possible surface with the proper work function. It should be emphasized, however, that the more highly oxidized substrate clusters represent simplified models which are representative only for the appropriate compositions rather than the actual surface structures of these materials. Much more work is needed to better define the actual atomic arrangements at the surface, experimentally and/or theoretically, before a final conclusion can be reached about the true surface structure of operating scandate cathodes.
Acknowledgements

This work has been supported by the NASA Lewis Research Center under Contract NAS3-27358.

References

APPLIED SURFACE SCIENCE
A journal devoted to applied physics and chemistry of surfaces and interfaces

Instructions to Authors (short version)
(A more detailed version of these instructions will be published in the preliminary pages of volume 114)

Submission of papers
Manuscripts (1 original and 2 copies + ELECTRONIC FILE), should be sent to either of the following three editors

Professor D.E. Aspnes
Professor Jun-ichi Nishizawa
Professor W.F. van der Weg

For editorial addresses, see inside front cover

Original material. Submission of a manuscript implies it is not being simultaneously considered for publication elsewhere and that the authors have obtained the necessary authority for publication.

Refereeing. Authors are encouraged to list the names (addresses and telephone numbers) of 3 to 4 individuals who are qualified to serve as referees for their paper. The referees selected will not necessarily be from the list suggested by the author.

Types of contributions
Original research papers and letters to the editor are welcome. Both should contain an Abstract (of up to 200 words) and a Conclusions section.

Letters to the Editor should be no longer than 6 double-spaced typed pages. They will be given priority in both the refereeing and production processes. To facilitate rapid publication of letters, proofs are not sent to authors prior to publication.

Manuscript preparation
All manuscripts should be written in good English. Authors whose first language is not English are urged to seek assistance in style, syntax and grammar. The paper copies of the text should be prepared with double line spacing and wide margins, on numbered sheets.

Structure. Please adhere to the following order of presentation: Article title, Author(s), Affiliation(s), Abstract, PACS codes and keywords, Main text, Acknowledgements, Appendices, References, Figure captions, Tables.

Corresponding author. The name, complete postal address, telephone and fax numbers and the E-mail address of the corresponding author should be given on the first page of the manuscript.

Classification codes/keywords. Please supply 1–4 classification codes (PACS and/or MSC) and 1–6 keywords of your own choice that describe the content of your article in more detail.

References. References to other work should be consecutively numbered in the text using square brackets and listed by number in the Reference list. Please refer to a recent issue of the journal or to the more detailed instructions for examples.

Vectors. Vectors should be indicated by a wavy underlining in the manuscript, and will be printed in bold-face italics. If necessary, unusual symbols should be explained in pencil in the margin.

Illustrations
Illustrations should also be submitted in triplicate: 1 master set and 2 sets of copies. Micrographs must always be submitted as originals in triplicate for refereeing purposes. The line drawings in the master set should be original laser printer or plotter output or drawn in black India ink, with careful lettering, large enough (3–5 mm) to remain legible after reduction for printing. The photomicrographs should be originals, with somewhat more contrast than is required in the printed version. They should be unmounted unless part of a composite figure. Any scale markers should be inserted on the photograph itself, not drawn below it.

Colour plates. Figures may be published in colour, if this is judged essential by the editor. The publisher and the author will each bear part of the extra costs involved. Further information is available from the publisher.

After acceptance
Important. When page proofs are made and sent out to authors, this is in order to check that no undetected errors have arisen in the typesetting (or file conversion) process. No changes in, or additions to, the edited manuscript will be accepted.

Copyright transfer. In the course of the production process you will be asked to transfer the copyright of the article to the publisher. This transfer will ensure the widest possible dissemination of information.

Electronic manuscripts
The publisher welcomes the receipt of an electronic version of your accepted manuscript. If there is not already a copy of this (on diskette) with the journal editor at the time the manuscript is being refereed, you will be asked to send a file with the text of the accepted manuscript directly to the publisher by E-mail or on diskette (allowed formats: 3.5" or 5.25" MS-DOS, or 3.5" Macintosh) to the address given below. Please note that no deviations from the version accepted by the editor of the journal are permissible without the prior and explicit approval by the editor. Such changes should be clearly indicated on an accompanying printout of the file.

Author benefits
No page charges. Publishing in Applied Surface Science is free.

Free offprints. The corresponding author will receive 50 offprints free of charge. An offprint order form will be supplied by the publisher for ordering any additional paid offprints.

Discount. Contributors to Elsevier Science Journals are entitled to a 30% discount on all Elsevier Science books.

Further information (after acceptance)

Elsevier Science B.V., Applied Surface Science
Issue Management
Physics and Materials Science
P.O. Box 2759, 1000 CT Amsterdam
The Netherlands
Fax: +31 20 485 2319 or +31 20 485 2704
E-mail: matsci-de-f@elsevier.nl

North-Holland, an imprint of Elsevier Science
FOR SCIENTISTS WORKING IN THE FIELD OF SURFACES, INTERFACES AND THIN FILMS

FOR SCIENTISTS WORKING IN THE FIELD OF MATHEMATICAL & THEORETICAL METHODS IN PHYSICS

As the number of scientific publications grows daily it becomes increasingly important to trace the most interesting publications in a way that costs as little time as possible.

Elsevier Science Publishers now provides CONTENTS-Alert, a free electronic service that can assist you in carrying out time-saving searches on a regular, two-weekly basis. CONTENTS-Alert is a current awareness service which delivers, through e-mail, the tables of contents of a selected group of journals. Not only will you receive these tables of contents before or upon publication of the journals but you can also browse through these tables of contents at your own terminal, in your own time. A survey carried out among researchers using CONTENTS-Alert has shown that this free service is very convenient and time-effective.

We offer two versions of CONTENTS-Alert each covering a specific field. One version of CONTENTS-Alert includes journals on Surfaces, Interfaces and Thin Films, and one includes journals on Mathematical and Theoretical Methods in Physics.

---

**Journals covering the field of Surfaces, Interfaces and Thin Films**

- Applied Surface Science
- Chemical Physics Letters
- Materials Science and Engineering: Reports
- Nuclear Instruments and Methods in Physics Research: Section B
- Surface Science (including Surface Science Letters)
- Surface Science Reports
- Thin Solid Films
- Vacuum

Our e-mail for this version is:

RFC-822: C-ALERT@ELSEVIER.NL
X.400: C = NL; A = 400NET; P = SURF; O = ELSEVIER; S = C-ALERT

---

**Journals covering the field of Mathematical and Theoretical Methods in Physics**

- Computer Physics Communications
- Journal of Geometry and Physics
- Nuclear Physics B
- Physica A
- Physica D
- Physics Letters A
- Physics Letters B
- Physics Reports
- Wave Motion

Our e-mail for this version is:

RFC-822: C-ALERT.MATHPHYS@ELSEVIER.NL
X.400: C = NL; A = 400NET; P = SURF; O = ELSEVIER; S = MATHPHYS; G = C-ALERT

---

Subscribe now to this free pre-publication service and find out how useful CONTENTS-Alert really is. Just send your full address to the e-mail number quoted above that corresponds with the CONTENTS-Alert version you wish to receive, or send it by post and we will make sure you will receive CONTENTS-Alert every two weeks.

Please allow three weeks processing time for your free subscription.

---

**Yes, please add my name to the circulation list of CONTENTS-Alert.**

**Version:**

- [ ] Surfaces, Interfaces and Thin Films
- [ ] Mathematical and Theoretical Methods in Physics

Return to:

ELSEVIER SCIENCE PUBLISHERS B.V.,
Att: Mr. M. Stavenga,
P.O. BOX 103, 1000 AC Amsterdam, The Netherlands
Fax 31 20 5862580

---

Name ___________________________
Initials ___________________________ Title ___________________________ Male [ ] Female [ ]
Institute ___________________________
Department ___________________________
Street/PO Box ___________________________
City ___________________________
Country ___________________________
Tel: ___________________________ Fax: ___________________________
E-mail ___________________________